Fabrication and loading of polycaprolactone microcontainers on water soluble release layer for oral drug delivery

Abid, Zarmeena; Petersen, Ritika Singh; Boisen, Anja; Keller, Stephan Sylvest

Publication date: 2018

Document Version
Peer reviewed version

Citation (APA):

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

- Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
- You may not further distribute the material or use it for any profit-making activity or commercial gain
- You may freely distribute the URL identifying the publication in the public portal

If you believe that this document breaches copyright please contact us providing details, and we will remove access to the work immediately and investigate your claim.
Fabrication and loading of polycaprolactone microcontainers on water soluble release layer for oral drug delivery

Zarmeena Abid¹, Ritika S. Petersen¹, Anja Boisen¹, Stephan S. Keller¹

¹ Department of Micro- and Nanotechnology, Technical University of Denmark, DTU Nanotech, Building 345B, Kongens Lyngby 2800, Denmark

Abstract: A novel strategy of hot punching has been developed for single-step fabrication of high aspect ratio biodegradable microcontainers for oral drug delivery. This method is up-scalable and can be used for various types of drugs and polymers. In addition to fabrication of microcontainers, in this abstract loading of the container cavities has been successfully demonstrated.

In recent years, microfabricated devices have been proposed as advanced drug delivery systems [1]. In particular, microcontainers have been demonstrated as promising new oral drug delivery systems with the potential to significantly enhance the bioavailability of drugs [2]. The microcontainers are preferentially fabricated with biocompatible or biodegradable polymers. In this study, we propose an advanced hot punching technique for the fabrication of microcontainers in polycaprolactone (PCL). As a major advancement, the previously used combination of embossing and thermal bonding are replaced with a single-step process, leading to a higher yield and a more time-efficient method.

The fabrication process is illustrated in fig. 1. First, the substrate is prepared by spin coating a Poly-Acrylic Acid-Polyethylene glycol (PAA-PEG) solution on a clean silicon wafer. After drying for 12 hours, a layer of PCL solution is spin coated at 800 rpm to achieve a thickness of 100 µm which is also dried for 12 h. Then the sample is embossed with a Ni stamp for 30 min at a room temperature of 70°C and a pressure of 1.9 MPa. In this step, the stamp features penetrate the PCL film until they reach the PAA-PEG film below, thereby punching out the microcontainers. Before peeling the surrounding polymer film off, the loading with microparticles into the cavities is performed by the powder embossing method [3]; Drug powder is placed in a recess and a pressure of 1.9 MPa is applied with a bonding press. The powder is embossed inside the container cavities after which the pressure is removed and the remaining PCL film is peeled off.

In conclusion, it is shown how to fabricate discrete biopolymer microcontainers in a single step and time efficient way. Furthermore, loading of the microcavities has been shown by using the punched PCL film as stencil and by using the powder embossing method.

References